Ultralow resistance in situ Ohmic contacts to InGaAs/InP

Uttam Singisetti,¹,a) Mark A. Wistey,¹,² Juramy D. Zimmerman,² Brian J. Thibeault,¹
Mark J. W. Rodwell,¹ Arthur C. Gossard,¹,² and Seth R. Bank³
¹Department of Electrical and Computer Engineering, University of California, Santa Barbara,
California 93106, USA
²Materials Department, University of California, Santa Barbara, California 93106, USA
³Microelectronics Research Center, University of Texas, Austin, Texas 78712, USA

(Received 12 June 2008; accepted 15 October 2008; published online 3 November 2008)

We report a sharp reduction in the resistivity of Ohmic contacts using in situ deposition of molybdenum (Mo) contacts onto n-type In₀.₅₃Ga₀.₄₇As grown on InP. The contacts were formed by evaporating Mo onto the wafer using an electron beam evaporator connected to a molecular beam epitaxy chamber under ultrahigh vacuum. Transmission line measurements showed specific contact resistivities of 0.5 ± 0.3 Ω µm² (2.90 Ω μm), 0.9 ± 0.4 Ω µm² (4.3 Ω μm), and 1.3 ± 0.4 Ω µm² (4.7 Ω μm) for Mo on abrupt InAs/InGaAs heterojunctions, graded InAs/InGaAs, and InGaAs films, respectively. These low resistances meet the requirements for terahertz transistors. © 2008 American Institute of Physics [DOI: 10.1063/1.3013572]
which complicates device fabrication. Also, Al, like Ti, will intermix with semiconductors, leading to unreliable contacts, particularly at high currents or after high temperature processing.

Here we report in situ, refractory molybdenum (Mo) contacts to In0.53Ga0.47As. The contact metal was deposited in an electron beam evaporator attached to a MBE chamber by ultrahigh vacuum (UHV). Three types of in situ contacts were studied. First, in situ Mo contacts to relaxed InAs on In0.53Ga0.47As were studied since the Fermi level pins above the conduction band of InAs.8 Second, the InAs-InGaAs junction was graded to remove the abrupt heterojunction barrier due to the conduction band offset. Finally, Mo deposited directly on In0.53Ga0.47As was studied.

All the samples were grown by solid-source MBE. First, an unintentionally doped 1000 Å of InAlAs buffer was grown on (100) semi-insulating InP. For the step and graded junctions, 950 Å of highly doped InGaAs (Si=8.0 × 10^{19} \text{cm}^{-3}) was grown. For the InAs/InGaAs step junction contacts, an additional 50 Å of Si doped InAs was grown; for the graded contact, additional InGaAs was digitally graded to InAs over 200 Å, followed by 100 Å of InAs. Both the graded layer and the top InAs were doped with Si. For the InGaAs contact, 1000 Å of Si doped InGaAs was grown. Hall measurement on the n-InGaAs layer gave 3.6 × 10^{19} \text{cm}^{-3} active carrier concentration and a mobility of 1266 cm^2 V^{-1} s^{-1}. The wafers were then transferred under UHV to an electron beam evaporator with a base pressure of 10^{-9} Torr. 100 Å of Mo was deposited on the Mo/InGaAs sample, and 200 Å on the others. The samples were then processed into transmission line method (TLM) structures for contact resistance measurement. Ti(200 Å)/Au(1500 Å)/Ni(500 Å) contact pads were patterned using i-line optical lithography and lift-off. Mo was then dry etched in a SF6/Ar plasma using Ni as an etch mask. The TLM structures were then isolated using a second round of photolithography and wet etch to define mesas.

A four-point probe technique was used to measure resistances using an Agilent 4155C semiconductor parameter analyzer. The TLM method was used to measure contact resistance because of the high accuracy of the technique.9 The TLM contact geometry was designed to accurately measure contact resistivities on the order of 1 Ω µm^2.4 Contact separations varied from 500 nm to 25 µm, and contact widths were 25 µm. Contact resistance dominates the total resistance at small contact separations, and sheet resistance dominates at larger separations.

Figure 1 plots the measured resistance versus the contact separation in the TLM structures. Specific contact resistivity and InGaAs sheet resistance were calculated respectively from the y-intercept and slope of the linear fit to the measured data. The transfer length of the contacts was calculated from the x-intercept of the line fit. The specific contact resistivity (ρs) for the InAs/InGaAs step junction contact, the InAs/InGaAs graded contact, and the InGaAs contact are 0.5 ± 0.3 Ω µm^2, 1 ± 0.5 Ω µm^2, and 1.3 ± 0.5 Ω µm^2, respectively, with error analysis according to Ref. 10. The InAs/InGaAs step junction contact and the InGaAs contact showed a sheet resistance of 16.5 Ω/□. The InAs/InGaAs graded junction contact has a sheet resistance of 19.5 Ω/□. The transfer lengths of the InAs/InGaAs step junction contact, the InAs/InGaAs graded junction contact, and the InGaAs contacts are 175, 225, and 280 nm respectively, an order of magnitude smaller than the contact length. We conclude that the one-dimensional current flow assumption slightly overestimates the extracted contact resistivity.4 The variation in contact resistivity of these in situ contacts was less than 30% in ten different process runs. This variation was within the calculated error margin of the TLM measurement.

The InAs/InGaAs step junction contact gave the lowest contact resistance, which we attribute to pinning of the Fermi level inside the InAs conduction band.8 The InAs/InGaAs graded junction contact was intended to evaluate the contri-
bution of the InAs/InGaAs conduction band offset to contact resistance. The measured contact resistance and sheet resistance are slightly higher than the step junction contact. This could be ascribed to an unintentional higher doping in InAs for the step junction contact since the Si dopant cell may not have had time to cool to its temperature for the lower growth rate of InAs. This may have effectively doped the top InAs in the step junction higher than the graded junction contact. Nevertheless, we show an upper bound of $0.5 \ \Omega \ \mu m^2$ for the resistance associated with the InAs/InGaAs conduction band offset. The contact resistance of the Mo/InGaAs contact was higher than in either of the InAs-capped contacts, which we attribute to Fermi level pinning within the InGaAs band gap.

Thermal stability studies on the contacts were carried out by annealing the contacts under N$_2$ flow for 1 min at various temperatures. All the contacts exhibited linear $I$-$V$ behavior before and after annealing. Figure 2 plots the specific contact resistivity as a function of temperature. For all contacts the specific contact resistivity degradation is $<10\%$ even after annealing at 300 °C. The specific contact resistivity of the Mo/InGaAs contact increased to $14 \ \Omega \ \mu m^2$ after 400 °C, 1 min anneal, while no degradation was observed for the other two contacts. Secondary ion mass spectroscopy (SIMS, not shown) on the InAs/InGaAs step junction and graded junction contacts showed negligible interdiffusion of In, Ga, and Ti. SIMS of the annealed Mo/InGaAs contact (Fig. 3) showed diffusion of In and Ga into Mo and diffusion of Ti into the semiconductor. We attribute this difference to the thinner Mo on this sample (100 Å versus 200 Å); it appears that 100 Å of Mo was ineffective as a diffusion barrier at 400 °C, perhaps due to porous gaps between grains for the thinner Mo film. But a 200 Å layer of Mo was an effective diffusion barrier to Au and Ti at these temperatures.

In conclusion, we show that low resistance in situ metal contacts with specific contact resistivity of $0.5 \ \Omega \ \mu m^2$ (2.9 $\Omega \ \mu m$) can be formed to InAs/InGaAs layers. These low-resistance, thermally robust, metal-semiconductor contacts remove one of the major obstacles to terahertz bandwidth InGaAs/InP HBTs, millimeter-wave InGaAs high electron mobility transistor technologies, and potentially high drive current III–V metal-oxide-semiconductor field-effect transistor technologies.

The authors would like to thank the Office of Naval Research under ULROC Program (Grant No. N000140610015), the Defense Advanced Research Projects Agency under TIFT Program, and the Semiconductor Research Corporation for supporting this work.